Coal ash Portland Cement Mortars Sulphate Resistance

Esperanza Menéndez 1, Cristina Argiz 2, Miguel Ángel Sanjuán 3*

1 The Eduardo Torroja Institute for Construction Science (Spanish National Research Council, CSIC), C/ Serrano Galvache, 4, 28033 Madrid, Spain.
2 Civil Engineering School, Technical University of Madrid, C/ Profesor Aranguren, 3, Ciudad Universitaria, 28040 Madrid, Spain.
3 Spanish Institute of Cement and its Applications (IECA), C/ José Abascal, 53, 28003 Madrid, Spain.

Received 01 September 2020; Revised 21 November 2020; Accepted 22 December 2020; Published 01 January 2021

Abstract
Coal fly ash (CFA), coal bottom ash (CBA) are residues produced in thermo-electrical power stations as result of the coal combustion in the same boiler. Therefore, some characteristics of the coal fly ash (CFA) are comparable with those of the coal bottom ash (CBA). Nevertheless, coal bottom ash size is larger than coal fly ash one. Consequently, it was found that it is necessary to grind the coal bottom ash (CBA) to reach a similar size to that one of the CFA. The objective of this paper is to evaluate the performance of Portland cement mortars made with coal fly ash (CFA), coal bottom ash (CBA) or mixes (CFA+CBA), against sulphate attack. The methodology is based on the expansion of slender bars submerged in a sodium sulphate solution (5%) according to the ASTM C-1012/C1012-13 standard. It has been found that mortars elaborated with CEM I 42.5 N (without ashes) presented the largest expansion (0.09%) after a testing period of 330 days. Mortars made with CEM II/A-V exhibited lower expansion (0.03%). Summing up, it can be established that mortar expansion decreases when the coal ash amount increases, independently of the type of coal ash employed. The novelty of this paper relies on the comparison between the performances of Portland cement mortars made with coal fly ash (CFA) or coal bottom ash (CBA) exposed to external sulphate attack.

Keywords: Mortars; Sulphate Resistance; Durability; Coal Ash; Portland Cement.

1. Introduction
Portland cement is the material most widely used in the construction industry worldwide and it is estimated that its production releases approximately 7.4% of global anthropogenic emissions of carbon dioxide [1]. The cement industry follows several levers to reduce the unavoidable environmental effects of producing Portland cement, but probably, among all of them, the increase of the period of service-life of the cement-based materials is most important, for instance, by crack reduction [2]. Kulkarni et al. (2020) used the technology named “microbiologically induced calcium carbonate precipitation (MICP)” to repair cracks and they found a reduction in permeability in the range from 65 to 85% for cracks ranging from 0.12 to 1.3 mm [2]. The second one could be the production of blended cements. Therefore, the cement industry has an important role in reducing carbon dioxide emissions to minimize the climate change [3].

Coal fly ash is a waste of coal which annual worldwide generation is over 900 million tons (China 580 Mt; India: 169.25 Mt; USA: 43.5; Mt; Europe: 26 Mt; Australia: 14) [4]. Nevertheless, coal fly ash use is still estimated to be just

*Corresponding author: masanjuan@ieca.es
http://dx.doi.org/10.28991/cej-2021-03091640
© 2021 by the authors. Licensee C.E.J, Tehran, Iran. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC-BY) license (http://creativecommons.org/licenses/by/4.0/).
about half of the production level, mainly as cement and concrete constituent with replacement amounts between 15
and 25% [5]. Coal fly ash mitigates the damage of sulphate attack by reducing tricalcium aluminate hydrate,
consuming Ca(OH)₂ in the pozzolanic reaction and providing a denser matrix [7]. Then, concrete containing coal fly
ash improves the resistance against sulphate attack of concrete made with plain concrete with 30% replacements [7].
Better performances with 60% cement replacements has been found, however, these concretes have low early age
strengths [4]. In order to increase the reactivity and hydration rate, higher the fineness of fly ash should be provided
[4]. In addition, water-binder ratio is a control factor regarding the damage of concrete subjected to sulphate attack [7].

Sulphate attack was first studied by Candlot in the 1890’s. He attributed the expansion of cements to the ettringite
crystals formation, which was named as “cement bacillus” [8]. During the XX century, sulphate attack to mortars and
concretes has been extensively reported, but none of them contained ground coal bottom.

Sulphate attack to the cementitious materials is a series of chemical reactions and physical processes that can act in
a combined manner. Two main chemical mechanisms are involved in the sulphate attack: gypsum formation and
ettringite formation and the usual physical form of the attack is salt crystallization. In general, it may be defined as a
kind of deterioration in which any sulphate salt interacts with a cementitious material [9-11]. Given that, formation of
thaumasite (CaSiO₃·CaCO₃·CaSO₄·15H₂O) is a product of the sulphate attack [12].

Calcium hydroxide and alumina-bearing constituents are very vulnerable to sulphate attack [13]. Some effects of
sulphate attack are spalling, cracking, paste softening and loss of mechanical properties, among others, but the most
harmful sulphate reactions are the formation of ettringite and gypsum.

Harmful effects on the cementitious material depend on the type of sulphate solution, pore network, type of cement
and so on. Therefore, sulphate attack testing methods may not be realistic. In fact, laboratory testing is not
representative of field conditions [14]. Consequently, they may not be adequately interpreted.

There are several testing methods to induce a sulphate reaction in a cement-based material. However, differences in
results can be reached depending on the sulphate solution concentration, type of the cation, temperature, experimental
setup and so on. The most commonly used standardized testing methods are defined in the ASTM C 1012 [15] and
ASTM C 452 [16]. Both of them have been extensively criticized due to their inadequacy in simulating field
conditions. For instance, sulphate solution concentration in the testing method and in the field, and other exposure
parameters, are different.

The aim of this work is to study the effect of sulphates attack in ground coal bottom ash mortars by using the bar
expansion method. The results are compared with the ones recorded for fly ash mortars. Accordingly, the structure of
the article is divided in Experimental (materials used to prepare the tested mixes and testing method), Results and
discussion (characteristics of the coal ashes, length change and CaO/SiO₂ ratio) and Conclusion (Figure 1).

2. Experimental
2.1. Materials and Mixes

The materials used to make mortar prismatic specimens subjected to sulphate attack were ground coal bottom ash,
coal fly ash, Portland cement, water and aggregates. Figure 1 shows the flow diagram of the overall process followed.
The Portland cement used in the preparation of all mortar mixtures is designated as CEM I 42.5 N according to the
European standard EN 197-1:2011 [5], which is considered to be of general use. Table 1 shows its chemical
composition. Fineness for the cement, determined by means of the specific surface Blaine, was 4050 m²/kg.
Coal bottom and fly ashes were collected from the same coal-fired power plant. Coal bottom ash was ground in a ball mill. Chemical characteristics of both ashes are given in Table 1. Fineness for the fly ash and ground coal bottom ash were 3976 m²/kg and 3463 m²/kg (5-8% residue on 45 µm sieve). They were mixed in the proportions given in Table 2. β-samples has 100% of fly ash, whereas Ω-samples has 100% of bottom ash.

CEM I 42.5 N was partially replaced by the ash mixes. Mixtures were selected to produce blended cements with similar compositions to CEM II/A-V, CEM II/B-V and CEM IV/A(V) standardized cements according to the European Standard EN 197-1:2011 [10]. Mortars were fabricated with cement/sand ratio of 1:3 and "water:cement" ratio of 0.5. Distilled water and standard sand were also utilized according to the EN 196-1:2016 [17]. The mortar preparation process, i.e. mixing, molding and curing, are described in the European standard EN 196-1:2016.

Sixteen different compositions were tested to assess the effect of the sulphate attack on the mortars made with the three main constituents considered in the present research study: ground coal bottom ash, coal fly ash and Portland cement clinker.

### Table 1. Chemical composition of bottom ash, fly ash and cement CEM I 42.5 N (%)

| Oxides      | SiO₂ | Al₂O₃ | Fe₂O₃ | CaO | MgO | SO₃ | K₂O | TiO₂ | P₂O₅ | LOI | IR* | Cl |
|-------------|------|-------|-------|-----|-----|-----|-----|-----|------|-----|-----|----|
| Coal fly ash| 50.5 | 28.9  | 4.7   | 5.0 | 1.8 | 0.21| 0.8 | 1.56| 0.76 | 3.6 | 71.3| 0.000|
| Coal bottom ash| 52.2 | 27.5  | 6.0   | 5.9 | 1.7 | 0.13| 0.6 | 1.53| 0.74 | 1.8 | 75.7| 0.001|
| Portland cement| 20.9 | 4.3   | 3.5   | 62.7| 1.9 | 3.4 | 0.9 | 0.25| 0.10 | 3.7 | 1.04| 0.023|

*Insoluble residue determined by the Na₂CO₃ method (European standard EN 196-2:2013).

### 2.2. Testing Method

One of the most used testing method to assess the sulphate resistance of any new cement constituent is the standardized slender bar tests defined in the ASTM C-1012 [15], where prismatic specimens are submerged in a 5% sodium sulphate solution for six months. Length change is due to expansion of the material under attack. Then, the difference in length is measured along the time. This result is the way to evaluate the chemical resistance of such new cement constituent in sulphate environments.

### Table 2. Coal bottom ash, coal fly ash and CEM I 42.5 N mixes

| Cement mix | Raw material | Fly ash + bottom ash mix codification (%) | α | β | γ | δ | λ | Ω |
|------------|-------------|------------------------------------------|---|---|---|---|---|---|
| CEM I      | Coal fly ash| 0                                        |   |   |   |   |   |   |
|            | Coal bottom ash| 0                                   |   |   |   |   |   |   |
|            | Cement       | 100                                    |   |   |   |   |   |   |
| CEM II/A-V | Coal fly ash| 10                                      | 9 | 8 | 5 | 0 |   |   |
|            | Coal bottom ash| 0                                  | 1 | 2 | 5 | 10|   |   |
|            | Cement       | 90                                      | 90| 90| 90| 90|   |   |
| CEM II/B-V | Coal fly ash| 25                                      | 22.5 | 20 | 12.5 | 0 |   |   |
|            | Coal bottom ash| 0                               | 2.5 | 5 | 12.5 | 25|   |   |
|            | Cement       | 75                                      | 75| 75| 75| 75|   |   |
| CEM IV/A(V)| Coal fly ash| 35                                      | 31.5 | 28 | 17.5 | 0 |   |   |
|            | Coal bottom ash| 0                            | 3.5 | 7 | 17.5 | 35|   |   |
|            | Cement       | 65                                      | 65| 65| 65| 65|   |   |

### 3. Results and Discussion

#### 3.1. Characteristics of the Coal Ashes

Portland cement and coal ashes belong to CaO-SiO₂-Al₂O₃-Fe₂O₃ system (Table 1). Coal ashes have more than 50% of silicon oxide, while Portland cement only about 20%. Also, Coal ashes have more than 25% of aluminum oxide, while Portland cement only about (5-10) %. On the other hand, Portland cement has more than 60% of calcium oxide, while coal ashes only have about 5%.

Both types of ashes are formed in the same boiler. Consequently, it is expected a similar chemical composition between them. However, slight differences in CaO, SiO₂ and Fe₂O₃ can be seen. The main differences are the size and shape (Figure 2). In addition, coal bottom ash is denser than coal fly ash and its surface has irregular particles [16]. In
contrast, coal fly ash has a uniform distribution of spherical particulates with a fairly smooth surface. Such spherical shape is probably produced as result of the shrinkage of the liquid phase in the boiler.

![Figure 2. SEM photograph of the ground coal bottom](image)

### 3.2. Length Change

Mortar bar expansion is considered an adequate parameter to evaluate the sulphate attack of submerged specimens. However, the effect on the mortar bar expansion is discussed to assess the investigation’s outcome. This procedure is followed in the ASTM C 1012 [15] and ASTM C 452 [16] to determine the resistance to sulphate attack of cement-based materials. In this method, the expansion of mortar samples is measured with the help of a standardized length comparator. Then, sample length is recorded along the time. It establishes the external sulphate resistance of the mortar with relation to an exposure class corresponding to the field environment. However, this testing procedure has been criticized due to its inadequacy in simulating some specific parameters found in field exposure. For instance, ASTM C-1012 [15] standard prescribes a 5% sodium sulphate solution to perform the sulphate attack. Accordingly, testing conditions are too severe due to the high sulphate concentration level, which is not representative of the sulphate concentrations found in the field in the majority of cases. Sulphate attack mechanism changes with modifying the sulphate concentration, adjusting the reaction products [19]. In this respect, the main product of attack is ettringite at low concentration level of sodium sulphate, i.e. below 1000 ppm SO$_4^{2-}$ [20]. On the other hand, only gypsum is formed for high concentrations, i.e. above 8000 ppm SO$_4^{2-}$. Between both concentrations, ettringite and gypsum are encountered [21]. In addition, the sulphate concentration for a continuously immersed condition diminishes in the solution along with its pH with time. Thus, another major criticism of the testing method concerns with respect to the variation of the pH with the time. pH lowering promotes the degradation of mortars bars immersed in sulphate solutions. Therefore, it could be argued that mortar degradation of bars, immersed in sulphate solution, arises prior to expansion occurs. Aforementioned sulphate concentration level is mainly used for accelerating the laboratory testing method. Accordingly, ongoing research into sulphate attack is still subject of great discussion and debate about the type of chemical reactions taking place, source of the sulphate ion, external versus internal attack, deterioration mechanism, and so on. In this paper, its potential use to check the coal ash resistance to sulphate attack is assessed.

Summing up, the expansion of mortar test is another accelerated laboratory method which is rather controversial due to the lack of correlation with field conditions. Nevertheless, this method has been selected to compare the performance of coal bottom ash and coal fly ash as shown in Figure 2. During the first 28 days, all the mortars exhibited a great development of the slender bar expansion due to the sulphate attack. After this 28-days period, a second period from 28 to 90 days was observed. Finally, a third step can be observed in which only CEM I 42.5 N mortars keep on expanding.

Reference mortar made with Portland cement CEM I showed higher expansion than blended ones. In addition, increasing the amount of coal bottom ash or coal fly ash, a lower the expansion was recorded. According to ASTM C1012 [15], the limit for the expansion is 0.01% at one year of testing for Portland cements without additions. This limit increases up to 0.35%, for coal ash cements.
Figure 3. Mortar expansion due to sulphate attack: a) All the mixes; b) CEM A-V; c) CEM B-V; d) CEM IV/A (V)
The positive effect of ground coal bottom ash or coal fly ash utilization is evident. This finding has been largely consistent over time with other papers [13, 22-28]. However, it is quite convenient to consider that wet-dry conditions found in exposure under field conditions will trigger worse results in ground coal bottom ash or coal fly ash mortars as because of their fine microstructure [26], which might enhance capillary absorption [29, 30].

It is well-known that the more harmful reaction of sulphates with cement-based materials is the formation of ettringite, when they react with alumina-bearing phases (Equation 1-3). Another process is the salt crystallization, which is formed on the mortar surface [31]. However, salt crystallization is not evaluated by ASTM C1012 [21]. In particular, tricalcium aluminate (C₃A) and calcium hydroxide are very sensitive to sulphate attack [13]. Tricalcium aluminate (C₃A) is one of the main constituents of Portland cement and usually is restricted in many standards in order to avoid the ettringite salt formation. Another way to improve the resistance to the sulphate attack in cement-based material is by increasing the amount of Portland cement. In addition, compact concretes provide high sulphate attack resistance.

\[
3\text{CaO} \cdot \text{Al}_2\text{O}_3 + 3(\text{CaSO}_4 \cdot 2\text{H}_2\text{O}) + 26\text{H}_2\text{O} \rightarrow 3\text{CaO} \cdot \text{Al}_2\text{O}_3 \cdot 3\text{CaSO}_4 \cdot 32\text{H}_2\text{O} 
\]

\[
3\text{CaO} \cdot \text{Al}_2\text{O}_3 \cdot \text{CaSO}_4 \cdot 12\text{H}_2\text{O} + 2(\text{CaSO}_4 \cdot 2\text{H}_2\text{O}) + 16\text{H}_2\text{O} \rightarrow 3\text{CaO} \cdot \text{Al}_2\text{O}_3 \cdot 3\text{CaSO}_4 \cdot 32\text{H}_2\text{O} 
\]

\[
4\text{CaO} \cdot \text{Al}_2\text{O}_3 \cdot 13\text{H}_2\text{O} + 3(\text{CaSO}_4 \cdot 2\text{H}_2\text{O}) + 14\text{H}_2\text{O} \rightarrow 3\text{CaO} \cdot \text{Al}_2\text{O}_3 \cdot 3\text{CaSO}_4 \cdot 32\text{H}_2\text{O} + \text{Ca(OH)}_2 
\]

Figure 3 shows that the presence of coal ash, fly or bottom, improve the mortar resistance to the sulphate attack. This fact is attributed to several factors:

- Dilution of the C₃A amount because the degradation rate is directly related to the C₃A amount in the Portland cement;
- Partial Ca(OH)₂ consumption by the pozzolanic reaction.

Dilution of the C₃A content allows a lower ettringite formation and the pozzolanic reaction triggers gel C-S-H formation with lower Ca/Si ratio, which is more durable than gel C-S-H formed in the Portland cement hydration. Calcium sulphate, normally in the form of gypsum, is intentionally added to Portland cement to form calcium sulfoaluminate or ettringite to regulate early hydration reactions to prevent flash setting, improve compressive strength development and reduce drying shrinkage. This primary ettringite arise within the first few hours after mixing with water and is not detrimental to mortar performance. This type of ettringite is transformed into calcium aluminate monosulphate hydrates, \( \text{AFm} \), over time (Equation 4).

\[
\text{C}_6\text{Al}_2\text{O}_6\text{S}_3\text{H}_{32} + 2\text{C}_3\text{A} + 4\text{H} \rightarrow 3\text{C}_4\text{ASH}_{12} 
\]

Secondary ettringite may be formed by dissolution and recrystallization from \( \text{Ca}_2\text{Al}_2\text{O}_6\text{H}_8\text{S} \), \( \text{Ca}_3\text{Al}_2\text{O}_6 \), \( \text{Ca}_2\text{Al}_3\text{Fe}_2\text{O}_{10} \), among other alumina-bearing phases. The conversion from monosulphate to trisulphate promotes the mortar expansion because ettringite has a molar volume from 3 to 8 times higher than the original material. In addition, ettringite has a density of 1.73 g/cm³, which is higher than the rest of the hydration products (2.50 g/cm³) (Equation 2). However, it has been reported that there is no variation in volume between calcium sulphate and calcium aluminate [32].

The relationship between the ash content and the slender mortar bar expansion promoted by the sulphate attack follows a decreasing trend (Figure 4). Therefore, CEM II/B-V and CEM IV/A (V) cements, with 25% and 35% of coal ash, exhibited an outstanding result with regard to the sulphate resistance. Also, CEM II/A-V had a good sulphate resistance, but less than CEM II/B-V and CEM IV/A (V).

As mentioned before, the reference cement, CEM I 42.5 N, displayed the longest expansion, approximately 4% after six months of testing and almost 10% after one year, i.e. three times higher than in the case of CEM II/A-V. This huge difference could be attributed to the lower permeability of the coal ash mortars.

Lignite combustion produces coal ashes with a high amount of \( \text{SO}_3 \) and \( \text{CaO} \), which are not adequate to be used in cement-based materials exposed to sulphate environments [33]. Contrary to expectations, some papers reported a good resistance to sulphate attack of cement-based materials with coal fly ash presenting a high \( \text{SO}_3 \) content [28].
In addition, a sulphate attack resistance parameter, $R$, according to Equation 5, has been proposed to evaluate the coal ashes [33]:

- $R < 1.5$, the coal ash can be used in sulphate-resistant cements;
- $R > 3$, the coal ash cannot be used in sulphate-resistant cements.

The sulphate attack resistance for coal ashes, $R$, was calculated for the ground coal bottom ash and coal fly ash (Table 3). The sulphate attack resistance parameter, $R$, was below 1 for both coal ashes. Thus, they are eligible to be utilized in cement-based materials exposed to sulphate environments.

$$R = \frac{CaO - 5}{Fe_2O_3}$$

(5)

### 3.3. CaO/SiO$_2$ ratio

Sulphate attack encompasses a series of physico-chemical interactions that occur between sulphates and hardened Portland cement paste. Several indicators have been proposed to assess the mortar resistance to the sulphate attack. For instance, the CaO/SiO$_2$ ratio is also utilized as criterion to evaluate the adequacy of the coal ashes with relation to the sulphate attack resistance [34]. Given that:

- $CaO/SiO_2 < 0.25$, the coal ash is apt;
- $CaO/SiO_2 > 0.60$, the coal ash is inadequate.

The CaO/SiO$_2$ ratio was calculated for the ground coal bottom ash and coal fly ash (Table 3) and was below 0.25 for both coal ashes. Thus, they can be considered as suitable to be utilized in cement-based materials subjected to sulphate environments. Accordingly, ground coal bottom ash and/or coal fly ash mortars provided an important enhancement with relation to the sulphate attack mostly due to the pozzolanic reaction where portlandite is consumed and Portland cement paste dilution.

Contrary to what is written before, it is thought that the mineralogical composition of the coal ashes could have a greater effect than the chemical composition on the sulphate attack resistance [35].

| Parameter      | Coal bottom ash | Coal fly ash |
|----------------|-----------------|--------------|
| SiO$_2$ (%)    | 48.12           | 46.84        |
| CaO (%)        | 7.07            | 5.55         |
| Fe$_2$O$_3$ (%)| 5.86            | 4.72         |
| $R = CaO/5/Fe_2O_3$ | 0.35       | 0.12         |
| CaO/SiO$_2$    | 0.15            | 0.12         |
4. Conclusion

Sulphate attack encompasses several physico-chemical interactions that occur between sulphates and hardened Portland cement paste. From the analysis performed in this study to different mortar samples made with coal ashes, the following conclusions can be drawn. For the first time, it has already been stated that ground coal bottom ash mortars exhibited higher sulphate attack resistance than the coal fly ash ones, and much higher than the reference mortars without ashes. Nevertheless, ground coal bottom ash and/or coal fly ash mortars provided an important enhancement with relation to the sulphate attack mostly due to the pozzolanic reaction consuming the previously diluted Ca(OH)2 content. The more the coal ash amount, the greater resistance to sulphate attack. A minimum coal ash content of 25% can effectively lead to enhanced resistance against sulphate attack.

5. Declarations

5.1. Data Availability Statement

The data presented in this study are available in article.

5.2. Funding

This research was funded by the CSIC (Intramurales Projects PIE 201660E054 y PIE 202060E176).

5.3. Conflicts of Interest

The authors declare no conflict of interest.

6. References

[1] Sanjuán, Miguel Ángel, Carmen Andrade, Pedro Mora, and Aniceto Zaragoza. “Carbon Dioxide Uptake by Cement-Based Materials: A Spanish Case Study.” Applied Sciences 10, no. 1 (January 2, 2020): 339. doi:10.3390/app10010339.

[2] Kulkarni, Prakash B., Pravin Dinkar Nemade, and Manoj Pandurang Wagh. “Healing of Generated Cracks in Cement Mortar Using MICP.” Civil Engineering Journal 6, no. 4 (April 1, 2020): 679–692. doi:10.28991/cej-2020-03091500.

[3] Sanjuán, Miguel Angel, Cristina Argiz, Pedro Mora, and Aniceto Zaragoza. “Carbon Dioxide Uptake in the Roadmap 2050 of the Spanish Cement Industry.” Energies 13, no. 13 (July 3, 2020): 3452. doi:10.3390/en13133452.

[4] Herath, Charith, Chamila Gunasekara, David W. Law, and Sujeeva Setunge. “Performance of High Volume Fly Ash Concrete Incorporating Additives: A Systematic Literature Review.” Construction and Building Materials 258 (October 2020): 120606. doi:10.1016/j.conbuildmat.2020.120606.

[5] Sanjuán, M. A., and C. Argiz. “La Nueva Norma Europea de Especificaciones de Cementos Comunes UNE-EN 197-1:2011.” Materiales de Construcción 62, no. 307 (September 20, 2012): 425–430. doi:10.3989/mc.2012.07711.

[6] Silva, Yimmy Fernando, and Silvio Delvasto. “Sulfate Attack Resistance of Self-Compacting Concrete with Residue of Masonry.” Construction and Building Materials 268 (January 2021): 121095. doi:10.1016/j.conbuildmat.2020.121095.

[7] Tang, Zhuo, Wengui Li, Guojun Ke, John L. Zhou, and Vivian W.Y. Tam. “Sulfate Attack Resistance of Sustainable Concrete Incorporating Various Industrial Solid Wastes.” Journal of Cleaner Production 218 (May 2019): 810–822. doi:10.1016/j.jclepro.2019.01.337.

[8] Veronelli, D. J. E., and J. Calleja. “Nuevos Puntos de Vista Sobre El Ataque de Sulfatos y Cloruros Alcalinos Al Hormigón.” Materiales de Construcción 30, no. 180 (December 30, 1980): 5–13. doi:10.3989/mc.1980.v30.i180.1054.

[9] Collepardi M. A State-of-the-Art Review on Delayed Ettringite Attack on Concrete. Cem Concr Compos. 2003; 25: 401-407. http://dx.doi.org/10.1016/S0958-9465(02)00080-X

[10] Skalny, Ian, and J. Pierce. “Sulfate attack: an overview.” Materials Science of Concrete: Sulfate Attack Mechanisms, J. Marchand and JP Skalny, eds., The American Ceramic Society (1999): 49-64.

[11] ACI 201.2R-08. “Guide to Durable Concrete” American Concrete Institute. Farmington Hills, MI, USA, 2008: 53 p.

[12] Neville, Adam. “The Confused World of Sulfate Attack on Concrete.” Cement and Concrete Research 34, no. 8 (August 2004): 1275–1296. doi:10.1016/j.cemconres.2004.04.004.

[13] Ramyar, K., and G. Inan. “Sodium Sulfate Attack on Plain and Blended Cements.” Building and Environment 42, no. 3 (March 2007): 1368–1372. doi:10.1016/j.buildenv.2005.11.015.

[14] Santhanam, Manu, Menashi D. Cohen, and Jan Olek. “Effects of Gypsum Formation on the Performance of Cement Mortars during External Sulfate Attack.” Cement and Concrete Research 33, no. 3 (March 2003): 325–332. doi:10.1016/s0008-8846(02)00955-9.
[15] ASTM C1012/C1012M-13. Standard Test Method for Length Change of Hydraulic-Cement Mortars Exposed to a Sulfate Solution. ASTM International, West Conshohocken, PA.

[16] ASTM Standard C 452-06. Standard Test Method for Potential expansion of Portland-cement Mortars Exposed to Sulfate. ASTM International, West Conshohocken, PA.

[17] EN, CENNBN. "196-1: 2016—Methods of Testing Cement—Part 1: Determination of Strength." CEN: Brussel, Belgium (2016).

[18] Sanjuán, M. A., C. Argiz, and E. Menéndez. “Efecto de La Adición de Mezclas de Ceniza Volante y Ceniza de Fondo Procedentes Del Carbón En La Resistencia Mecánica y Porosidad de Cementos Portland.” Materiales de Construcción 63, no. 309 (March 21, 2013): 49–64. doi:10.3989/mc.2013.03911.

[19] Cohen, Menashi D., and Bryant Mather. "Sulfate attack on concrete: research needs." Materials Journal 88, no. 1 (1991): 62-69. Available online:https://www.concrete.org/publications/internationalconcreteabstractsportal/m/details/id/2382 (accessed on August 2020).

[20] Biczok I. Concrete Corrosion and Concrete Protection, Chemical Publishing Company, New York, U.S. Chemical Publishing Co Inc. (1967): 548 p.

[21] Santhanam, Manu, Menashi D Cohen, and Jan Olek. “Sulfate Attack Research — Whither Now?” Cement and Concrete Research 31, no. 6 (May 2001): 845–851. doi:10.1016/s0008-8846(01)00510-5.

[22] Irassar, Edgardo F., and Oscar R. Batic. “Resistencia a Los Sulfatos Del Cemento Portland Normal Con Ceniza Volante.” Materiales de Construcción 39, no. 213 (March 30, 1989): 11–20. doi:10.3989/mc.1989.v39.i213.813.

[23] Torii, K., K. Taniguchi, and M. Kawamura. “Sulfate Resistance of High Fly Ash Content Concrete.” Cement and Concrete Research 25, no. 4 (May 1995): 759–768. doi:10.1016/s0008-8846(95)00661-1.

[24] Al-Dulaian, S.U., M. Maslehuddin, M.M. Al-Zahrani, A.M. Sharif, M. Shameem, and M. Ibrahim. “Sulfate Resistance of Plain and Blended Cements Exposed to Varying Concentrations of Sodium Sulfate.” Cement and Concrete Composites 25, no. 4–5 (May 2003): 429–437. doi:10.1016/s0958-9465(02)00083-5.

[25] Chindaprasirt, P., P. Kanchanda, A. Sathonsaowaphak, and H.T. Cao. “Sulfate Resistance of Blended Cements Containing Fly Ash and Rice Husk Ash.” Construction and Building Materials 21, no. 6 (June 2007): 1356–1361. doi:10.1016/j.conbuildmat.2005.10.005.

[26] Irassar, E.F. “Sulfate Resistance of Blended Cement: Prediction and Relation with Flexural Strength.” Cement and Concrete Research 20, no. 2 (March 1990): 209–218. doi:10.1016/0008-8846(90)90073-7.

[27] Mangat, P.S., and J.M. El-Khattib. “Influence of Initial Curing on Sulphate Resistance of Blended Cement Concrete.” Cement and Concrete Research 22, no. 6 (November 1992): 1089–1100. doi:10.1016/0008-8846(92)90039-x.

[28] Sersale, R., R. Cioffi, B. De Vito, G. Frigione, and F. Zenone. "Sulphate attack of carbonated and uncarbonated Portland and blended cement mortars." In Proceedings of the 10th international congress on the chemistry of cements, Gothenburg, Sweden, Paper 4iv017. (1997).

[29] Aye, Thidar, and Chiaki T. Oguchi. “Resistance of Plain and Blended Cement Mortars Exposed to Severe Sulfate Attacks.” Construction and Building Materials 25, no. 6 (June 2011): 2988–2996. doi:10.1016/j.conbuildmat.2010.11.106.

[30] Liu, Zanqun, Dehua Deng, Geert De Schutter, and Zhiwu Yu. “Micro-Analysis of ‘salt Weathering’ on Cement Paste.” Cement and Concrete Composites 33, no. 2 (February 2011): 179–191. doi:10.1016/j.cemconcomp.2010.10.010.

[31] Steiger, Michael. “Crystal Growth in Porous materials—II: Influence of Crystal Size on the Crystallization Pressure.” Journal of Crystal Growth 282, no. 3 (September 2005): 470–481. doi:10.1016/j.jcrysgro.2005.05.008.

[32] Neville, A.M. Properties of Concrete. New York, USA, 4th ed. John Wiley & Sons, (1996): 844 p.

[33] Wedding, PA, and ER Dunstan. “A Possible Method for Identifying Fly Ashes That Will Improve the Sulfate Resistance of Concretes.” Cement, Concrete and Aggregates 2, no. 1 (1980): 20-30. doi:10.1520/cca10175j.

[34] Tikalsky PJ, Carrasquillo RL, Snow PG. Sulfate resistance of concrete containing fly ash. In: Proceedings of the G.M. Idorn international symposium on durability of concrete, ACI SP-131, Detroit, USA. (1992): 255–265.

[35] Nie, Qingke, Changjun Zhou, Xiang Shu, Qiang He, and Baoshan Huang. “Chemical, Mechanical, and Durability Properties of Concrete with Local Mineral Admixtures under Sulfate Environment in Northwest China.” Materials 7, no. 5 (May 13, 2014): 3772–3785. doi:10.3390/ma7053772.